


















Fly  ash  will  add  alkalinity  and  increase  the  pH  on  contacting  AMD.  This  will  result  in  precipitation  of  metal 
hydroxides. 
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RESUMEN: La  presencia  de  sulfuros  en  la mayoría  de  los  residuos mineros  y  la  subsiguiente  formación  de  los 
drenajes  ácidos  de  mina  (AMD)  ha  sido  ampliamente  reconocida  como  uno  de  los  grandes  problemas 












The  acid mine  drainage  (AMD)  is  a worldwide 
major  cause  of degradation of water resources. 
Characterized  by  low  pH  and  high 
concentrations  of  heavy  metals  and  other  toxic 
elements,  AMD  can  severely  contaminate 
surface and groundwater, as well as soils. [1].  In 
nature,  sulphides  remain  in  the  subsurface  in 
absence  of  oxygen  and  only  small outcrops of
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these  deposits  came  up  to  the  surface.  The 
drainage  is  formed  when  sulphide  minerals  in 
rocks,  primarily  pyrite  (FeS2),  are  exposed  to 
oxidizing conditions, forming sulphuric acid and 
dissolved  iron.  Upon  exposure  to  water  and 
oxygen, pyritic minerals  oxidize  to  form acidic, 
iron  and  sulphate­rich  drainage.  Contamination 








and  mine  structures,  such  as  pits  and 
underground workings, is primarily a function of 
the  mineralogy  of  local  rock  material  and  the 
availability  of  water  and  oxygen.  The  need  to 
prevent  their  formation  has  led  to  the 
development  of  numerous  investigations  on  the 
mechanisms of oxidation and  its prevention.  [3­ 
4] However, despite the many studies that exist, 
because  mineralogy  and  other  factors  affecting 
AMD formation so they are highly variable from 
site­to­site, predicting the potential and treatment 
for  AMD  can  be  exceedingly  challenging  and 
costly. 
The  present  work,  given  the  wide  variations  in 
composition  with  the  acid  water  for  the  wide 
range  of  geochemical  and  biogeochemical 
processes that cause, has focused on studying the 
removal of Cd, Cu and Ni.  [5]. Synthetic water, 
obtained  in  laboratory,  have  been  used  for 







chemical  composition  (by  atomic  adsorption 
spectrophotometry with a Pye Unican analyzer) 
and  the  mineralogical  composition  (by  X­ray 
diffraction  with  a  Philips  PW  1830)  was 
determined.  It  also  calculated  the  loss  of 
ignition  (LOI),  bulk  density  and  average 























CVN  4,539  2.45  2.45  24.6  54.5 
CVS  11,500  2.43  5.83  26  54 
Fe2O3  CaO  MgO  Na2O  K2O  TiO2 
CVN  6.42  4.16  2.07  0.43  3.45  1.07 






















180 –75  4.79  4.30 
75 – 63  8.12  2.71 
63 –45  6.87  11.32 
< 45  69.43  79.93 
2.2  Acid water  character ization 
All concentrated solutions of heavy metals were 
prepared  using  analytical  grade  reagents  and 
distilled  and  deionised  water.  The  pH  was 
measured  using  a  pH­meter  Crisom  2000  and 
Sulphuric  acid  (Probus,  Badalona,  Spain)  was 
used for adjust. 
Tests  were  carried  out  with  concentrated 
solutions  of  nickel,  copper  and cadmium.  In Ni 
case  three  solutions  were  prepared:  one  of 
0.001M,  a  second  one  of  0.004M  and  last  of 
0.01M, since in most cases, industrial discharges 
do  not  exceed  these  concentrations.  In Cu case, 





The  adsorption  method  consisted  of  mixing,  in 




stirring  time,  pH  and  initial  concentration  of 
metal  ions  in  solutions  used.  At  the  end  of  the 
process,  fly  ash  was  filtered  in  a  45  microns 






different  concentrates:  0.001,  0.004 and  0.01M, 
at  pH  5.  Figure  3  shows  the  results  of  tests 
carried out with an agitation time ranged from 5, 
15, 30 to 60 minutes, with samples of 25 ml each 






Figure  3  shows  eliminations  close  to  100%  in 
the  conditions mentioned  for  the  solution  0.001 
M  on  CVS  ash  during  the  first  5  minutes  of 
stirring. CVN ash needed 30 minutes to achieve 
95%  removal  and  60  minutes  to  reach  100%. 
After  5  minutes  the  pH  is  5,  arriving  at  pH  8 
after 60 minutes. Final pH =8.4. 
CVS  ash  presents  similar  behaviour  for  the 
0.004M solution, grazing 95% of  elimination  in 
5 minutes of treatment, and 100% at 30 minutes. 
However,  as  seen  in  the  previous  case,  CVN 
ashes  have  a worse behaviour.  In  this  case  they 
do not exceed 20% elimination after 60 minutes 
of agitation. 
For  CVS  ashes  experiments  were  performed 
with  more  concentrated  solutions,  0.1M.  The 
results  returned  to  be  very  favourable  reaching 
100% elimination after 30 minutes of agitation. 
Subsequently,  the  influence  of  pulp  density  on 
the  percentage  of  extraction  was  studied.  For 
CVS ash, since good results were obtained with 
small  times  of  stirring,  experiments  were 
realized with  low pulp densities and 15 minutes 





For  CVN  ashes,  taking  into  account  the  low 
percentage of adsorption obtained  to high molar 
ratio,  pulp  density  in  the  experiments  was 
increased reaching densities of 250 grams / litre, 
achieving under these conditions results of about 





Finally,  tests  were  carried  out  to  evaluate  the 
impact  on  the  final  adsorption  result,  of  the 
initial  pH  of  the  solution.  Although CVS  ashes 
were not  influenced  themselves  it can be seen a 







In  copper  case,  dissolutions  0.002M,  0.004M 
and 0.005M were prepared. Figure 7  shows  the 
results obtained  for  tests  realized with CVS and 










best  results  in  the  first  5  minutes  of  reaction, 





time was  fixed  in  15 minutes  (Figure  8.A)  and 
60  minutes  (Figure  8.B)  to  assure  a  total 
reaction. Figures A and B show the good results 
for both ashes,  reaching  the  total  elimination of 








Finally,  the  study  of  the  influence  of  the  initial 
pH of the solution shows that at pH values of 3 
or  lower  the  results  are  considerably  worse. 
Figure 9.  In both cases, CVS ash shows a high 
metal  removal  capacity  with  low  pulp  density, 
due  to  its  high specific surface, while CVN ash 








prepared.  Figure  10  shows  the  results  obtained 



















concentrations 100% of  elimination  is  achieved 
with  low  pulp  densities.  As  the molar  value  of 
the  solution  increases,  the  results  are  worse, 
being kept  only for very high pulp densities, as 
expected,  since  the  fly  ash  coming  to  lose  its 
capacity of adsorption by saturation. 
Regarding  the  influence  of  the pH,  for  the  case 





The  results  obtained  in  the  experiments  carried 
out  have  become  clear  the  influence  that  can 
have  on  the  process  of  adsorption  and 
neutralization  on  fly  ash,  parameters  as  the 




neutralization  of  the  dissolution  by  increasing 
the  pH,  making  the  precipitation  of  the  metal 
ions  in  solution  as  hydroxides.  Therefore,  the 
most  important  parameter  in  the  captation  of 
metal  will  be  the  initial  pH  of  wastewater.  Fly 
ashes have alkaline and alkaline earth metals on 
their  surfaces  that  are dissolved  to put  in  touch 
with  the  residual  dissolution,  increasing  its  pH. 
The metal  is  deposited  in  these  conditions  as  a 
hydroxide  on  the  surface  of  the  ashes.  The 
smaller  the  particle  size  and  major  its  specific 
surface, the contact between solid and liquid will 
be  better,  thus  increasing  the  retention  of  the 





The study  for  the  removal  of Cu, Ni  and Cd  in 
acid  mine  waters  realized  in  the  laboratory 
reveals the following conclusions: 
Both ashes from the power plant that burns coal 
as  the  one  that  burns  anthracite  are  suitable  for 
the  removal  of  heavy  metals  such  as  nickel, 





for  a  short  period  of  time.  Thus,  for  the  same 
initial  concentration  of  nickel,  it  would  be 
necessary a  little more  than 5  times  the amount 
of anthracite ash than the coal ash to achieve the 
same results. 
The kinetics of  the reaction  is  faster  for  the ash 
from  coal  than  for  the  anthracite.  For 
concentrations of Ni among 0.001 and 0.01 M a
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removed  between  90  and  100% of  the metal  is 
reached during the first five minutes. In the case 
of  the  ashes  of  anthracite  (CVN)  shows  that 
more  time  is  needed  to  achieve  the  complete 
elimination  of  nickel.  The  same  can  be  say  for 
the  other  two  metals.  With  the  increasing  of 
concentrations  of  heavy  metals  in  waste 
solutions  a  major  time  of  contact  between  the 
ash  and  the  dissolution  it  is  necessary  for  the 
total  elimination of  the metal. This  fact  is more 
pronounced  for  the  ashes  from  anthracite  for 
having a lower capacity of captation. 
Finally  we  can  conclude  that  the  captation  of 
nickel,  copper  and  cadmium  on  fly  ash  is  an 
effective  process  that  can  become  an  effective 
alternative  for  sealing  and  closure  of  residual 
acidic leaching accumulations. 
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